Voltammetric Response of Alizarin Red S-Confining Film-Coated Electrodes to Diol and Polyol Compounds: Use of Phenylboronic Acid-Modified Poly(ethyleneimine) as Film Component

Shigehiro Takahashi, Iwao Suzuki, Takuto Ojima, Daichi Minaki and Jun-ichi Anzai

1. Introduction

The Polyelectrolyte multilayer films prepared by a layer-by-layer (LbL) deposition technique have attracted much attention because of their facile preparation and potential applications to thin film devices [1–5]. A variety of polyelectrolytes can be used as materials for the preparation of LbL-deposited films, which include synthetic polymers [6,7], biopolymers [8,9], and carbon and metal nanomaterials [10,11]. Consequently, LbL films are currently widely used for the development of surface coatings [12], drug delivery systems [13], biosensors [14] and so forth. In this context, we have recently prepared redox-active LbL films that contain alizarin red S (ARS) (Figure 1) [15]. ARS was confined in the LbL films composed of poly(ethyleneimine) (PEI) and carboxymethylcellulose (CMC) through an electrostatic affinity between negatively charged ARS and positive charges in the PEI/CMC films. The ARS-modified PEI/CMC film-coated gold (Au) electrodes exhibited electrochemical responses originating from the redox reactions of the 9,10-anthraquinone moiety in ARS (Figure 1). The electrodes showed two oxidation peaks in the cyclic voltammogram (CV) recorded in phenylboronic acid (PBA) solutions, which originated from the boronate ester of ARS (ARS-PBA) and free ARS in the film. The results demonstrated that ARS binds PBA to form ARS-PBA in the LbL film [16]. Furthermore, the intensity of the redox peak originating from the ARS-PBA decreased...
When diol compound was added to the solution [15]. The results suggested a potential use of the ARS-confined PEI/CMC film-coated electrodes for the voltammetric detection of diol compounds.

![Figure 1. Redox reactions of ARS.](image1)

A drawback of the PEI/CMC film-coated electrodes was that PBA must be added to the sample solutions for the voltammetric measurements. The voltammetric response of the PEI/CMC film-coated electrodes depended on the concentration of added PBA. In addition, the response mechanism of the electrodes was rather complicated, because the binding equilibria between PBA and diol compound both in the film and in the solution concurrently affected the redox response. Consequently, reagentless sensors that can be operated without adding PBA are desirable from a practical viewpoint. Therefore, in this study, we used PBA-modified PEI (PBA-PEI) (Figure 2), in which PBA moieties are covalently linked to the PEI chain through amide bonds, as a component of LbL film to construct PBA-PEI/CMC film-coated Au electrodes, enabling the measurements to be carried out without adding PBA in the sample solutions.

![Figure 2. Chemical structure of PBA-PEI.](image2)

### 2. Materials and Methods

#### 2.1. Materials

An aqueous solution of PEI (30%, molecular weight (MW): 60,000–80,000) was purchased from Nacalai Tesque Co. (Kyoto, Japan). PEI has a random branched structure with the ratio of primary, secondary, and tertiary amino groups being nominally about 1:2:1. CMC was obtained from Tokyo Kasei Co. (Tokyo, Japan). Sodium 3-mercapto-1-propanesulfonate (MPS) was obtained from Sigma-Aldrich Chemical Co. (St. Louis, MO, USA). ARS was from Nacalai Tesque Co. All chemicals were of reagent grade and used as received. 4-Carboxyphenylboronic acid n-propylamide (4CPBA-PA) was purchased from Combi-Block Inc. (San Diego, CA, USA). A commercially-available Au disc electrode (diameter, 3 mm, BAS Co. Ltd., Tokyo, Japan) was used throughout.

PBA-PEI was synthesized by reacting 4-carboxyphenylboronic acid and PEI in the presence of 1-ethyl-3-(3-dimethylaminopropyl)carbodiimide hydrochloride in water and purified by dialysis according to the reported procedures [17]. Thus, PBA-PEI bearing 24 mole% PBA was obtained, in which PBA residues were attached to 24 mole% of the total amino groups of PEI. The PBA content was determined based on the intensity of the absorption band at 243 nm originating from the PBA.
In order to calculate the PBA content in PBA-PEI, we used the molar extinction coefficient of a model compound (4CPBA-PA) ($\epsilon$, 13,000 at 243 nm), assuming that the $\epsilon$ value of PBA residue in PBA-PEI is comparable to that of the model compound.

### 2.2. Methods

LbL films composed of PBA-PEI and CMC were coated on the surface of the Au disc electrode which had been polished with alumina slurry and thoroughly rinsed in deionized water. The surface of the electrode was cleaned by scanning an electrode potential from $-0.2$ to $+1.5$ V at a scan rate of 0.1 V·s$^{-1}$ in 0.5 M H$_2$SO$_4$. The clean electrode was first modified with MPS by treating the electrode in aqueous 10 mM MPS solution overnight. Then, the MPS-modified Au electrode was alternately immersed in 0.1 mg·mL$^{-1}$ PBA-PEI and 0.1 mg·mL$^{-1}$ CMC solutions (pH 9.0) containing 10 mM NaCl and 10 mM 4-(2-hydroxymethyl)-1-piperazinesulfonic acid (HEPES) for 15 min to deposit the PBA-PEI and CMC. The Au electrode was rinsed in distilled water for 5 min after each deposition.

The deposition was repeated to prepare the 10.5-bilayer film. The LbL film-coated electrode was then immersed in a 0.1 mM ARS solution containing 10 mM NaCl and HEPES for 1 h to uptake ARS into the film, followed by immersing the electrode in ARS-free NaCl/HEPES solution overnight to remove weakly bound ARS.

In order to record UV-visible spectra of the LbL film, the film was deposited on the surface of a quartz slide (50 × 9 × 1 mm$^3$), which had been cleaned with a sulfuric acid/chromic acid mixture. The adsorption behavior of ARS into the film was evaluated by recording the UV-visible spectrum of the LbL film-coated slide after immersing the film in the ARS solution. The UV-visible spectra of the films were recorded in 10 mM HEPES solution containing 10 mM NaCl and 100 mM HEPES at room temperature (ca. 23 °C) under a N$_2$ atmosphere.

A conventional three-electrode system with a platinum auxiliary electrode and a Ag/AgCl reference electrode was used to record the CVs and DPVs. Thus, the electrode potential reported in this paper always refers to the Ag/AgCl electrode. Sample solutions were purged with nitrogen (N$_2$) gas before the electrochemical measurements. All measurements were carried out in the solution containing 10 mM NaCl and 100 mM HEPES at room temperature (ca. 23 °C) under a N$_2$ atmosphere. The solutions of pH 9.0 were employed for the electrochemical measurements, because the binding of diol and polyol compounds to PBA is stronger in weakly basic solutions.

### 3. Results

Prior to electrochemical measurements, the 10.5-bilayer (PBA-PEI/CMC)$_{10}$PBA-PEI films were deposited on the surface of a quartz slide to record the UV-visible spectra with and without ARS (Figure 3). The UV-visible spectrum of the film without ARS (spectrum a) exhibited absorption bands at 243 nm originating from PBA-PEI, showing that the LbL films had been successfully prepared on the quartz slide. The electrostatic interactions between PBA-PEI and CMC should be the driving force for the formation of the LbL films. The content of the PBA residue in the 10.5-bilayer (PBA-PEI/CMC)$_{10}$PBA-PEI film was estimated to be $4.0 \times 10^{-8}$ mol·cm$^{-2}$ from the UV-visible absorption spectrum, using the $\epsilon$ value of 4CPBA-PA. On the other hand, a new absorption band appeared at 477 nm in the UV-visible spectrum of the ARS-immobilized film (spectrum b). It has been reported that ARS shows an absorption band at 510–520 nm in aqueous solutions from pH 6.0 to pH 9.0, while the absorption band exhibits a blue shift when ARS forms boronate ester ARS-PBA [18–20]. In fact, we have recorded a UV-visible absorption spectrum of ARS in solution, which exhibited an absorption band at approximately 520 nm (spectrum d). Therefore, the UV-visible spectrum suggests that ARS bound to the PBA residues to form ARS-PBA in the (PBA-PEI/CMC)$_{10}$PBA-PEI film, as illustrated in Figure 4. However, note that the spectroscopic results do not exclude the possibility that a small proportion of free ARS exists in the film, judging by the weak shoulder observed at 500–600 nm.
The ARS-confined electrode shown in Figure 5 is ascribed to the redox reactions of the 9,10-anthraquinone moiety in free ARS and ARS-PBS. The oxidation peaks found at approximately 0.4 V for the ARS-confined electrode coated with the (PBA-PEI/CMC)\textsubscript{10}PBA-PEI film (b); PBA-PEI (0.05 mg mL\textsuperscript{−1}) (c) and ARS (0.1 mM) (d).

Figure 3. UV-visible absorption spectra of (PBA-PEI/CMC)\textsubscript{10}PBA-PEI film (a); ARS-immobilized (PBA-PEI/CMC)\textsubscript{10}PBA-PEI film (b); PBA-PEI (0.05 mg mL\textsuperscript{−1}) (c) and ARS (0.1 mM) (d).

Figure 5 shows CV and differential pulse voltammogram (DPV) of Au electrodes coated with (PBA-PEI/CMC)\textsubscript{10}PBA-PEI film before and after ARS immobilization. No redox peak appeared in the potential range from −0.35 to −0.75 V without ARS. In contrast, two distinct oxidation peaks were observed both in the CV (at −0.50 and −0.62 V) and DPV (at −0.54 and −0.67 V) after immobilization of ARS. The oxidation peaks found at −0.50 V in CV and −0.54 V in DPV may be ascribed to the oxidation reaction of ARS-PBA formed in the film, while the peaks at −0.62 V in CV and −0.67 V in DPV originated from free ARS. These oxidation peaks are resulting from re-oxidation reactions of the reduced forms of ARS-PBA and free ARS. This is because the CVs were recorded by scanning the electrode potential from −0.35 to −0.75 V followed by the reverse scan, while, for the DPVs, the electrode potential was scanned from −0.75 to −0.35 V after the potential was maintained at −0.75 V for several seconds. Similar voltammetric results have been observed for redox reactions of ARS in aqueous solutions [21] and in modified electrodes [22–24]. Thus, the CV and DPV results suggest that ARS is immobilized in the (PBA-PEI/CMC)\textsubscript{10}PBA-PEI film in the forms of ARS-PBA and free ARS. It should be noted here that the spectroscopic results suggested most ARS is in the form of boronate ester ARS-PBA in the film.

It is known that 1,2-dihydroxy groups of ARS can also be electrochemically oxidized [21]. In practice, CV exhibited an oxidation peak at approximately 0.4 V for the ARS-confined (PBA-PEI/CMC)\textsubscript{10}PBA-PEI film-coated electrode, which suggests that the redox response of the ARS-confined electrode shown in Figure 5 is ascribed to the redox reactions of the 9,10-anthraquinone moiety in free ARS and ARS-PBS.
Figure 5. A typical CVs (A) and DPVs (B) of Au electrodes coated with (PBA-PEI/CMC)_{10}PBA-PEI film with (b) and without (a) ARS. CVs were recorded at pH 9.0.

Figure 6A shows the CV of the ARS-confined (PBA-PEI/CMC)_{10}PBA-PEI film-coated electrode recorded at a scan rate of 10–400 mV s\(^{-1}\). The anodic and cathodic peak currents at \(-0.6\) to \(-0.7\) V depended almost linearly on the scan rate (Figure 6B) while the plots of the peak currents vs. square root of the scan rate deviated from the straight line (Figure 6C), suggesting that the redox reactions of ARS are a surface process. Similarly, the redox behavior of ARS has been reported in PBA-modified polymer film-coated electrodes [25].

The CV and DPV of the ARS-confined (PBA-PEI/CMC)_{10}PBA-PEI film-coated electrode may depend on the concentration of diol compounds in the solution because diols bind competitively to the PBA moieties in the film to liberate ARS from the boronate ester. Thus, the oxidation current originating from the ARS-PBA may decrease when diol compounds are added into the solution. Figure 7A shows the DPVs of an ARS-confined (PBA-PEI/CMC)_{10}PBA-PEI film-coated electrode in the solutions of 1–30 mM sorbitol. The DPV exhibited two oxidation peaks originating from the ARS-PBA and free ARS at \(-0.54\) and \(-0.67\) V, respectively, in the absence of sorbitol. The peak current at \(-0.67\) V increased when increasing the concentration of sorbitol added, while the oxidation peak at \(-0.54\) V decreased. The results suggest that a significant portion of ARS in the ARS-PBA was replaced by the added sorbitol, which resulted in a decrease in the concentration of the ARS-PBA species and an increase in free ARS. In other words, sorbitol bound to the PBA residues to form sorbitol-PBA esters in the LbL film, as schematically illustrated in Figure 7A. We have separately confirmed that sorbitol did not show redox response on the ARS-free (PBA-PEI/CMC)_{10}PBA-PEI film-coated Au electrode as well.
as unmodified Au electrode. Thus, sorbitol is not redox active in this potential range. These results support that the redox response reported in Figure 7A originated from the competitive binding of sorbitol to the PBA residues in the LbL film. The addition of L-dopa and glucose also induced similar changes in the DPV of the ARS-confined electrode (Supplementary data).

Figure 7B shows changes in the peak current for free ARS in the DPV as a function of the concentration of sorbitol, L-dopa, and glucose. The oxidation current increased in the presence of 0.3–3 mM L-dopa, while the response to sorbitol and glucose was found in the range 3–30 mM. Thus, the response of the electrode was in the order of L-dopa > sorbitol > glucose, which is in line with the order of the binding constants of PBA to the diol compounds. The binding constants of PBA to L-dopa, sorbitol, and glucose are reported to be 770, 370, and 4.6 M\(^{-1}\), respectively [19,26]. These results further confirm that the competitive binding of diol compounds to the PBA moiety is responsible for the redox response of the ARS-confined electrode. Unfortunately, the calibration graphs are not linear vs. the concentrations of target compounds. This should be addressed to improve the performance of the sensors.

**Figure 7.** (A) DPVs of the ARS-confined (PBA-PEI/CMC)\(_{10}\)PBA-PEI film-coated electrodes in the presence of sorbitol and the binding equilibrium between ARS-PBA and sorbitol (inset); and (B) changes in the intensity of peak current in DPVs at ca. \(-0.67\) V as a function of the concentration of L-dopa (a); sorbitol (b); and glucose (c). \(\Delta Ip\) denotes the peak current around \(-0.67\) V increased in the presence of L-dopa, sorbitol, and glucose. DPVs were recorded at pH 9.0.

4. Conclusions

The results suggest the possible use of ARS-confined PBA-PEI/CMC LbL film-coated electrodes for the construction of voltammetric sensors for diol and polyol compounds. The voltammetric measurements were carried out without adding any reagent in the sample solution by using PBA-PEI as film component. However, the reusability of the electrode must be further improved. The voltammetric response slightly decreased after repeated measurements, owing to the leakage of ARS from the LbL film. This may be solved by constructing LbL films using ARS-modified polymers. In addition, the preparation of the modified electrode is somewhat time-consuming. The processes for the preparation of LbL films and adsorption/rinsing of ARS could be improved by optimizing the experimental conditions.

**Supplementary Materials:** The following are available online at http://www.mdpi.com/1424-8220/18/1/317/s1.

**Acknowledgments:** This work was supported in part by a Grant-in-Aid (426670010) from the Japan Society for the Promotion of Science.

**Author Contributions:** Shigehiro Takahashi and Jun-ichi Anzai conceived and designed the experiments; Takuto Ojima and Daichi Minaki carried out the experiments and analyzed the data. Shigehiro Takahashi, Iwao Suzuki, and Jun-ichi Anzai contributed the preparation of manuscript.

**Conflicts of Interest:** The authors declare no conflict of interest.
References

1. Decher, G. Fussy nanoassemblies: Toward layered polymeric multicomposites. *Science* 1997, 277, 1232–1237. [CrossRef]
2. Lvov, Y.; Decher, G.; Möhwald, H. Assembly, structural characterization, and thermal behavior of layer-by-layer deposited ultrathin films of poly(vinyl sulfate) and poly(allylamine). *Langmuir* 1993, 9, 481–486. [CrossRef]
3. Such, G.K.; Johnston, A.P.R.; Caruso, F. Engineered hydrogen-bonded polymer multilayers: From assembly to biomedical applications. *Chem. Soc. Rev.* 2011, 40, 19–29. [CrossRef] [PubMed]
4. Zayas-Gonzalez, D.M.; Lynn, D.M. Degradable amine-reactive coatings fabricated by the covalent layer-by-layer assembly of poly(2-vinyl-4,4-dimethylazlactone) with degradable polyanime building blocks. *Biomacromolecules* 2016, 17, 3067–3075. [CrossRef] [PubMed]
5. Godman, N.P.; DeLuca, J.L.; McCollum, S.R.; Schmidtke, D.W.; Glatzhofer, D.T. Electrochemical characterization of layer-by-layer assembled ferrocene-modified liner poly(ethylenimine)/enzyme bioanodes for glucose sensors and biofuel cell applications. *Langmuir* 2016, 32, 3541–3551. [CrossRef] [PubMed]
6. Shi, H.; Yang, Y.; Huang, J.; Zhao, Z.; Xu, X.; Anzai, J.; Osa, T.; Chen, Q. Amperometric choline biosensors prepared by layer-by-layer deposition of choline oxidase on the Prussian blue-modified platinum electrode. *Talanta* 2006, 70, 852–858. [CrossRef] [PubMed]
7. Suzuki, I.; Egawa, Y.; Mizukawa, Y.; Hoshi, T.; Anzai, J. Construction of positively-charged layered assemblies assisted by cyclodextrin complexation. *Chem. Commun.* 2002, 164–165. [CrossRef]
8. Crouzier, T.; Boudou, T.; Picart, C. Polysaccharide-based polyelectrolyte multilayers. *Curr. Opin. Colloid Interface Sci.* 2010, 15, 417–426. [CrossRef]
9. Anzai, J.; Kobayashi, Y.; Suzuki, Y.; Takeshita, H.; Chen, Q.; Osa, T.; Hoshi, T.; Du, X. Enzyme sensors prepared by layer-by-layer deposition of enzymes on a platinum electrode through avidin-biotin interaction. *Sens. Actuators B* 1998, 52, 3–9. [CrossRef]
10. Oliveira, R.D.; Santos, C.S.; Ferreira, R.T.; Marciniuk, G.; Marchesi, L.F.; Garcia, J.R.; Vidotti, M.; Pessoa, C.A. Interfacial characterization and supercapacitive properties of polyaniline-Gum Arabic nanocomposite/graphene oxide LbL modified electrodes. *Appl. Surf. Sci.* 2017, 425, 16–23. [CrossRef]
11. Camic, B.T.; Oytun, F.; Aslan, M.H.; Shin, H.J.; Choi, H.; Basarir, F. Fabrication of a transparent conducting electrodes based on graphene/silver nanowires via layer-by-layer method for organic photovoltaic devices. *J. Colloid Interface Sci.* 2017, 505, 79–86. [CrossRef] [PubMed]
12. Malucelli, G. Surface-engineered fire protective coatings for fabric through sol-gel and layer-by-layer methods: An overview. *Coatings* 2016, 6, 33. [CrossRef]
13. Sato, K.; Takahashi, S.; Anzai, J. Layer-by-layer thin films and microcapsules for biosensors and controlled release. *Anal. Sci.* 2012, 28, 929–938. [CrossRef] [PubMed]
14. Huang, J.; Yang, Y.; Shi, H.; Song, Z.; Zhao, Z.; Anzai, J.; Osa, T.; Chen, Q. Multi-walled carbon nanotubes-based glucose biosensor prepared by a layer-by-layer technique. *Mater. Sci. Eng. C* 2006, 26, 113–117. [CrossRef]
15. Takahashi, S.; Suzuki, I.; Sugawara, T.; Seno, M.; Minaki, D.; Anzai, J. Alizarin red S-confined layer-by-layer films as redox-active coatings on electrodes for the voltammetric determination of L-dopa. *Mater. Sci. Eng. C* 2017, 10, 581. [CrossRef] [PubMed]
16. Anzai, J. Recent progress in electrochemical biosensors based on phenylboronic acid and derivatives. *Mater. Sci. Eng. C* 2016, 67, 737–746. [CrossRef] [PubMed]
17. Seno, M.; Yoshida, K.; Sato, K.; Anzai, J. pH- and sugar-sensitive multilayer films composed of phenylboronic acid (PBA)-modified poly(allylamine hydrochloride) (PBA-PAH) and poly(vinyl alcohol) (PVA): A significant effect of PBA content on the film stability. *Mater. Sci. Eng. C* 2016, 62, 474–479. [CrossRef] [PubMed]
18. Springsteen, G.; Wang, B. Alizarin red S as a general optical reporter for studying the binding of boronic acids with carbohydrates. *Chem. Commun.* 2001, 17, 1608–1609. [CrossRef]
19. Springsteen, G.; Wang, B. A detailed examination of boronic acid—Diol complexation. *Tetrahedron* 2002, 58, 5291–5300. [CrossRef]
20. Liang, X.; Bonizzoni, M. Boronic acid-modified poly(amiodeamine) dendrimers as sugar-sensing materials in water. *J. Mater. Chem. B* 2016, 4, 3094–3103. [CrossRef]
21. Schumacher, S.; Nagel, T.; Scheller, F.W.; Gajovic-Eichemann, N. Alizarin red S as an electrochemical indicator for saccharide recognition. *Electrochim. Acta* **2011**, *56*, 6607–6611. [CrossRef]

22. Huang, Y.; Jiang, Y.; Fossey, J.S.; James, T.D.; Marken, F. Assembly of N-hexadecyl-pyridinium-4-boronic acid hexafluorophosphate monolayer films with catechol sensing selectivity. *J. Mater. Chem.* **2010**, *20*, 8305–8310. [CrossRef]

23. Gu, L.; Liang, Y.; Zhou, T.; Tang, X.; Shi, G. A novel electrochemical sensor based on boronic acid-functionalized multi-walled carbon nanotubes for astragaloside IV determination using ARS as the current indicator. *Anal. Methods* **2012**, *4*, 492–495. [CrossRef]

24. Lawrence, K.; Nishimura, T.; Haffenden, P.; Mitchels, J.M.; Sakurai, K.; Fossey, J.S.; Bull, S.D.; James, T.D.; Marken, F. Pyrene-anchored boronic acid receptors on carbon nanoparticle supports: Fluxionality and pore effects. *New J. Chem.* **2013**, *37*, 1883–1888. [CrossRef]

25. Shariki, S.; Cox, O.T.L.; Tickell, D.A.; Morais, M.P.P.; van den Elsen, J.M.H.; James, T.D.; Dale, S.E.; Bending, S.; Marken, F. Coil-coil assembly of poly[acrylamide-co-3-(methacrylamido)-phenylboronic acid] with polydiallyldimethyl-ammonium to give alizarin red S responsive films. *J. Mater. Chem.* **2012**, *22*, 18999–19006. [CrossRef]

26. Ueno, H.; Iwata, T.; Koshiba, N.; Takahashi, D.; Toshima, K. Design, synthesis and evaluation of a boronic acid based on artificial receptor for L-DOPA in aqueous media. *Chem. Commun.* **2013**, *49*, 10403–10405. [CrossRef] [PubMed]